EXPERIMENTAL RESEARCHES REGARDING THE FUSION OF THE DEPOZIT LAYER BY METALLIZATION WITH FLAME AND POWDER USING WIG METHOD


Abstract: The paper addressed the possibility of achieving fusion layer deposited by thermal spray using a current source used in WIG welding. This option was chosen because concentrated arc provided by these sources is being made a local heating. Another consideration is the protection against oxides created by used gas (Ar).

Key words: reconditioning, thermal spraying, powder

1. INTRODUCTION

Lately, the thermal spray has underwent a great deal of progress, and has found applicability in almost all industrial domains such as aviation, navy, extracting industry, automobile and chemical industry, everywhere where the layers with special properties are needed.

The main thermal spray processes are: thermal spray with low-speed flame, high-speed thermal spray, through plasma, laser, induction, cold spray or detonation spray, where the added materials can be either powder or wire.

The coating is formed when millions of particles are deposited on top of each other. These particles are bonded by the substrate by either mechanical or metallurgical bonding. The layers that are deposited by metallization with flame and powder at cold do not present dilution with the basic material and oxides appear in the contact zone between the basic material and the deposited one. In this paper it is presented some experimental researches regarding deposited layers using flame thermal spray for primary melting material and WIG source for fusion instead using classic oxyacetylene (mixture of oxygen and acetylene) procedure.

2. THERMAL SPRAY TECHNOLOGY WITH FLAME AND POWDER

The first step of any coating process is surface activation, the second step is to melt the material; this is done by introducing the feed stock material into the hot gas stream, thirdly the particles are then accelerated to the substrate by the gas stream and deform on impact to form a coating (figure 1).

Fig.1. Schematic diagram of the flame thermal spray process and powder. 1-powder, 2-input powder, 3-gas mixture, 4-flame, 5-layer deposited by thermal spray. (Iovănăș, 2006)

3. FUSION OF THERMAL SPRAYED DEPOSIT

The Eutalloy RW process is carried out in two stages: spraying followed by fusion. Spraying alloys work pieces must be preheated to between 200 and 300°C and thermal spray parameters must be calculated for allowing about 25% shrinkage during the fusion process.

Fusion can be done in the classic method with CastoFuse handle with pressure adjusted for a slightly carburizing flame, heating the work piece evenly overall, to a temperature between 400 and 500°C then heating locally, 2-3 cm from the end/edge of the part. Fusion temperature is reached when the surface glows and then shines. (++, 2010)

In our case for fusion it was used Origo™ Tig 3000i AC/DC welding power source produced by ESAB with argon protective gas. At cladding operations with WIG procedure it was used continuous current with inverted polarity CC+ where the thermal balance on the working piece is reduced. Hence the metal bath is larger and shallowed. The protective gas can be Argon or Helium. (Subu, Dumitrescu, 1992)

Fig.2. Sample ready for metallization

Fig.3. Thermal sprayed piece.
Argon is preferred (99.9% purity, 0.03% humidity) for its advantages: limited electric arc burning, easier arc ignition, lower ionization voltage at the same length of welding arc and welding current, efficient cleaning of oxide film because of the heavy Argon ions and cheaper than Helium.

Used base material is High Tensile Steel AISI 4340 – EN 242 having the chemical composition from table 1.

AISI 4340 is a heat treatable, low alloy steel containing nickel, chromium and molybdenum. It is known for its toughness and capability of developing high strength in the heat treated condition while retaining good fatigue strength. Typical applications are for structural use, such as aircraft landing gear, power transmission gears and shafts and other structural parts AISI 4340 is considered to be a “through hardening” steel such that large section sizes can still be heat treated to high strength.

The used powder for this application is: Eutalloy RW 12112 which is alloy powder for anti-wear protective coating. Applications include mixers, press plungers, press screws, and wear rings on pumps. (***,1995).

Technical data of powder used:
- Hardness (matrix): 60-65 HRC; Hardness (hard phases): 1500 HV;
- Service temperature (max): ~700°C
- Very strong resistance to abrasion and erosion
- Resistance to high temperatures
- Applicable on steels, stainless steels, cast-iron, nickel alloys
- Applied by spraying with subsequent fusion-process, using CDS 8000 torch (***, 2009).

For spraying it was used CastoDyn DS 8000, an advanced modular oxy-acetylene thermal spray system, designed to spray a wide range of alloys and other materials for many different applications, from anti-abrasion coatings to thermal shielding. Thermal spray parameters are presented in table 2.

### 4. PARAMETERS USED FOR FUSING THERMAL SPRAYED MATERIAL

Parameters used for fusing the thermal sprayed material with flame and powders are presented in the following table:

<table>
<thead>
<tr>
<th>Sample nr</th>
<th>DL [mm]</th>
<th>MB [mm]</th>
<th>Ia [A]</th>
<th>Rod dia. [mm]</th>
<th>Argon flow [L/min]</th>
</tr>
</thead>
<tbody>
<tr>
<td>P1</td>
<td>0,8</td>
<td>3,0</td>
<td>50</td>
<td>1,6</td>
<td>5</td>
</tr>
<tr>
<td>P2</td>
<td>0,8</td>
<td>3,0</td>
<td>60</td>
<td>1,6</td>
<td>5</td>
</tr>
<tr>
<td>P3</td>
<td>0,8</td>
<td>3,0</td>
<td>70</td>
<td>1,6</td>
<td>5</td>
</tr>
<tr>
<td>P4</td>
<td>0,8</td>
<td>3,0</td>
<td>80</td>
<td>1,6</td>
<td>5</td>
</tr>
<tr>
<td>P5</td>
<td>0,8</td>
<td>3,0</td>
<td>90</td>
<td>1,6</td>
<td>5</td>
</tr>
<tr>
<td>P6</td>
<td>0,8</td>
<td>3,0</td>
<td>100</td>
<td>1,6</td>
<td>5</td>
</tr>
</tbody>
</table>

### 6. REFERENCES


